<table>
<thead>
<tr>
<th>Title</th>
<th>Spin drift in highly doped n-type Si</th>
</tr>
</thead>
<tbody>
<tr>
<td>Author(s)</td>
<td>Kameno, Makoto; Ando, Yuichiro; Shinjo, Teruya; Koike, Hayato; Sasaki, Tomoyuki; Oikawa, Tohru; Suzuki, Toshio; Shiraishi, Masashi</td>
</tr>
<tr>
<td>Citation</td>
<td>Applied Physics Letters (2014), 104(9)</td>
</tr>
<tr>
<td>Issue Date</td>
<td>2014-03-03</td>
</tr>
<tr>
<td>URL</td>
<td><a href="http://hdl.handle.net/2433/187050">http://hdl.handle.net/2433/187050</a></td>
</tr>
<tr>
<td>Right</td>
<td>© 2014 AIP Publishing LLC</td>
</tr>
<tr>
<td>Type</td>
<td>Journal Article</td>
</tr>
<tr>
<td>Textversion</td>
<td>publisher</td>
</tr>
</tbody>
</table>

Kyoto University
Spin drift in highly doped n-type Si
Makoto Kameno, Yuichiro Ando, Teruya Shinjo, Hayato Koike, Tomoyuki Sasaki, Tohru Oikawa, Toshio Suzuki, and Masashi Shiraishi

View online: http://dx.doi.org/10.1063/1.4867650
View Table of Contents: http://scitation.aip.org/content/aip/journal/apl/104/9?ver=pdfcov
Published by the AIP Publishing

Articles you may be interested in
Analysis of Hanle-effect signals observed in Si-channel spin accumulation devices

Maximum magnitude in bias-dependent spin accumulation signals of CoFe/MgO/Si on insulator devices

Thermal spin injection and accumulation in CoFe/MgO tunnel contacts to n-type Si through Seebeck spin tunneling

Room temperature single GaN nanowire spin valves with FeCo/MgO tunnel contacts

Nonuniform current and spin accumulation in a 1m thick n-GaAs channel
Spin drift in highly doped n-type Si

Makoto Kameno,1 Yuichiro Ando,1 Teruya Shinjo,1 Hayato Koike,2 Tomoyuki Sasaki,2 Tohru Oikawa,2 Toshio Suzuki,3 and Masashi Shiraishi1,4,a)

1Graduate School of Engineering Science, Osaka University Osaka, Japan
2Advanced Technology Development Center, TDK Cooperation, Chiba, Japan
3AIT, Akita Research Institute of Advanced Technology, Akita, Japan
4Graduate School of Engineering, Kyoto University, Kyoto, Japan

(Received 15 January 2014; accepted 21 February 2014; published online 5 March 2014)

A quantitative estimation of spin drift velocity in highly doped n-type silicon (Si) at 8 K is presented in this letter. A local two-terminal Hanle measurement enables the detection of a modulation of spin signals from the Si as a function of an external electric field, and this modulation is analyzed by using a spin drift-diffusion equation and an analytical solution of the Hanle-type spin precession. The analyses reveal that the spin drift velocity is linearly proportional to the electric field. The contribution of the spin drift effect to the spin signals is crosschecked by introducing a modified nonlocal four-terminal method. © 2014 AIP Publishing LLC. [http://dx.doi.org/10.1063/1.4867650]

Spin transport in a semiconductor has two attributes: spin diffusion and spin drift. Spin diffusion is caused by a gradient of spin densities for up-spins and down-spins, and spin drift is induced by an electric field in the spin channel. Generation of a pure spin current and its transport under spin drift is induced by an electric field in the spin channel. A gradient of spin densities for up-spins and down-spins, and elementary charge, \( l \), where \( E \) is the electric field, \( en \) is the spin diffusion constant, and \( r \) is the spin lifetime. The relationship between spin signals and spin drift velocity is also discussed on the basis of the spin drift-diffusion model. The experimental setup we used to investigate the spin transport properties precisely. All experiments in the present study were performed at 8 K in order to reduce the noise, and the spin diffusion constant, spin lifetime, and spin diffusion length at 8 K were estimated to be 7.3 cm\(^2\)/s, 6.5 ns and 2.2 \( m \), respectively. These estimates were made by averaging the spin signals obtained by using NL-4T Hanle measurements (see Fig. 1(c)).

The experimental setup we used to investigate the spin drift velocity in the highly doped n-type Si is shown in Fig. 2(a). We employed a two-terminal (2T) method, using one FM and one NM electrode in order to measure the spin accumulation signals beneath the FM. Since an electric field is
applied in the entire Si channel, this method enables to investigate the effect of spin drift in the highly doped Si in this setup. A Hanle-type spin precession of the spins was induced beneath the FM by applying a perpendicular magnetic field to the plane of the Si channel in order to estimate the spin drift velocity. Although background voltages were observed, these voltages did not depend on the perpendicular magnetic field and were subtracted in the analyses. The measurements of the 2T Hanle effect were repeated several times in order to obtain a sufficient signal-to-noise ratio. In the presence of both spin drift and spin diffusion in the Si channel, spin transport is described by the following spin drift-diffusion equation:

$$\frac{\partial S}{\partial t} = D \frac{\partial^2 S}{\partial x^2} + v_s \frac{\partial S}{\partial x} - \frac{S}{\tau},$$

where $S(x,t)$ is equal to $n_0 - n_1$, $v$ is the spin drift velocity, $x$ is the position, $t$ is the time, and $\tau$ is the spin lifetime. An analytical fitting function for the Hanle effect is derived from Eq. (2), by using Green’s function and taking into account spin precession. The analytical fitting function is given by

$$\frac{V(B)}{I} = \pm \frac{P^2}{2 \sigma A} \sqrt{\frac{D \tau}{2 \pi}} \exp \left( -\frac{L}{\tau_N} + \frac{L}{2 \tau_N} \sqrt{1 + \frac{D T^2}{2}} \right) \left[ 1 + \frac{D T^2}{2} \right]^{-1/2} \times \exp \left[ -\frac{L}{\tau_N} \left( \sqrt{1 + \frac{D T^2}{2}} + 1 \right) \right] \times \cos \left[ \sqrt{\left( \frac{T \pi}{2} \right)^2 + \frac{L}{\tau_N}} \left( \sqrt{1 + \frac{D T^2}{2}} - 1 \right) \right],$$

where $P$ is the spin polarization, $A$ is the cross-sectional area of the channel, $L$ is the gap length between two FM electrodes, $\omega = g_{\mu_B} B / h$ is the Larmor frequency, $g$ is the $g$-factor of an electron ($g = 2$ in this study), $\mu_B$ is the Bohr magneton, $h$ is the Dirac constant, and the spin diffusion length can be expressed as $\lambda_N = \sqrt{\frac{D \tau}{2 \pi}}$. The derivation of Eq. (3) is described in detail in Refs. 21–23. Note that $T$ is given by $T = \frac{v_s^2}{4D} + 1/\tau$ under spin drift. The distance, $L$, was set to zero for the 2T case. The bias dependence of spin signals under the Hanle effect was measured by applying a dc bias current of $-1.0, -1.5, -2.0, -3.0,$ and $-4.0$ mA. Here, a negative bias current is defined as the case when spins are extracted from the Si channel.

Obvious Hanle signals were observed in the 2T method at 8 K under each condition, as shown in Fig. 2(b). The spin drift velocity under each bias condition was calculated by using Eq. (3); the results are shown in Fig. 2(c) (the horizontal axis of Fig. 2(c) is the electric field calculated from the conductivity of the Si channel). Notably, the estimated spin drift velocity is almost proportional to the electric field. The spin drift velocity, $v$, is defined as the product of the mobility, $\mu$, and the electric field, $E$. The results shown in Fig. 2(c) are nicely explained by this relationship. The mobilities estimated from the conductivity of Si and from the slope of the fitting line in Fig. 2(c) are ca. 170 and 300 cm$^2$/V$\cdot$s, respectively. Here, the relationship between the mobility and diffusion constant is linear for both charge and spin, and the discrepancy between the charge diffusion constant, $D_c$, and the spin diffusion constant, $D_s$, can induce a discrepancy between the spin mobility and charge mobility. While the cause of the discrepancy between the charge and spin mobilities is still unclear and further study is necessary, we conclude that this may be attributed to the difference between $D_c$ and $D_s$ as observed in other materials.\cite{19, 20} Maassen et al. estimated $D_s$ of single-layer graphene (SLG) by a Hall conductivity measurement and its $D_c$ by the Hanle measurement, and found that $D_s$ was 50–80 times greater than $D_c$ in SLG.\cite{24} A similar suppression of the spin diffusion constant (“spin Coulomb drag”) was reported in a two-dimensional electron gas system in GaAs/AlGaAs.\cite{25} In that study, the spin and charge mobilities of Si were estimated by two different approaches, namely, measurements of the Hanle effect and charge conductivity, as in the case of SLG. Thus, while our results may point to a difference between $D_c$ and $D_s$, the discrepancy in our study is rather small and the tendency is the opposite in Si.

Next, we discuss the relationship between the spin signal and spin drift velocity by focusing on an analytical fitting function by taking into account the effect of spin drift (Eq. (3)), where the spin signal varies as a function of the spin drift velocity. Substituting $B = 0$ into Eq. (3), the spin resistance can be expressed as

$$R_s = \frac{V_{B=0}}{I} = \pm \frac{P^2}{2 \sigma A} \sqrt{\frac{D \tau}{2 \pi}} \exp \left[ -\frac{L}{\tau_N} \left( 1 - \frac{\sqrt{1 + \frac{D T^2}{2}}}{2 \tau_N} \right) \right].$$

**FIG. 1.** (a) A schematic of a typical Si spin valve device (not to scale). The SOI substrate features a highly doped Si spin channel. (b) Nonlocal spin signals from the Si spin valve device at room temperature under a dc bias current of $+3.0$ mA. An in-plane magnetic field is swept from $-800$ Oe to $+800$ Oe (red line) and from $+800$ Oe to $-800$ Oe (blue line). (c) Hanle signals under a dc bias current of $3.0$ mA, where the red and blue open circles denote Hanle signals under parallel and anti-parallel magnetization configurations. The red and blue lines are the fitting curves calculated by using the spin drift-diffusion equation.
Hence, the ratio of the spin resistance with and without spin drift can be written as

$$\frac{R_s \text{ with drift}}{R_s \text{ w/o drift}} = \sqrt{\frac{T}{T'} \exp \left[ \frac{vT}{2\lambda N^2} L \right]} = \exp \left[ \frac{L}{2D} v \right] \sqrt{1 + \frac{\lambda N^2}{2D} v}. \quad (5)$$

Figure 3(a) shows a simulated curve of the relationship between the spin drift velocity and the ratio of the spin resistance with and without spin drift. This ratio is modulated by the spin drift velocity when $L$ is not equal to zero, implying that spin drift has a measurable effect on the detection of spin signals. In order to confirm the relationship in Eq. (5), we conducted the following experiment. Figures 3(b) and 3(c) show the experimental setups for the conventional NL-4T method and a modified NL-4T ("crossed NL-4T") method, respectively. An electric field is applied in the spin transport channel between the FM electrodes in the crossed NL-4T method. The spin drift velocity in the channel can be controlled by adjusting the electric field, i.e., the bias electric current. Figure 3(d) compares spin signals as a function of bias current in the conventional and crossed NL-4T methods.

Note that the bias dependence of the spin signals in the crossed method was clearly different from those in the conventional method. Under an applied positive (negative) bias current, the spin signals in the crossed method were enhanced (suppressed), although intrinsic spin transport parameters such as the spin diffusion length is constant for all bias conditions.\textsuperscript{17} The experimental results of the Hanle signals obtained in the crossed NL-4T method are shown in Fig. 3(e), where the red and blue open circles denote the Hanle signals at 8 K, obtained under a dc bias current of $-4$ mA and $+4$ mA, respectively. The black open circles show the Hanle signals obtained by the conventional NL-4T method under a dc bias current of $+4$ mA. As seen in Fig. 3(e), the spin signals were clearly affected by the magnitude and polarity of the bias current, and the signal intensity under a positive dc bias current was about seven times larger than that under a negative dc bias current, because the spin transport length scale was enhanced owing to the spin drift. The supporting evidence is shown in Fig. 3(f), where the simulated curves calculated from Eq. (5) are plotted. These theoretical curves can accurately reproduce the experimentally obtained curves. In the theoretical curves, the spin polarization, the spin diffusion constant, the spin lifetime, and the spin...
diffusion length were set to 0.04, 7.3 cm$^2$/s, 6.5 ns, and 2.2 μm, respectively. In addition, the magnitude of the spin drift velocity was estimated to be 511 m/s as shown in Fig. 2(c). The agreement corroborates our quantitative estimation of the spin drift velocity.

In summary, we investigated the effect of spin drift by applying an electric field in a highly doped Si channel, and found that the spin drift velocity exhibited a linear dependence on the electric field. Our spin drift velocity estimate was comparable to the product of the Si mobility and the electric field in the Si channel. A “crossed” NL-4T method was introduced; where the direction and the magnitude of the spin drift velocity was controlled as a function of the bias current. A modulation of the spin signals due to the spin drift was demonstrated at 8 K, where the magnitude of the spin signal under $+4$ mA was about seven times larger than that under $-4$ mA. This strong enhancement corroborates that the spin drift strongly affects the magnitude of the spin signals in Si.